Fiber-reinforced polymer (FRP) has become increasingly popular in repairing existing steel-reinforced concrete (RC) members or constructing new structures. Although the quasi-static axial compression performance of FRP-confined concrete (FCC) has been comprehensively studied, its dynamic compression performance is not well understood, especially the dynamic compressive behavior of FRP-confined high-strength concrete (FCHC). This paper presents an experimental program that consists of quasi-static compression tests and Split-Hopkinson Pressure Bar (SHPB) impact tests on FRP-confined high-strength concrete. The effects of the FRP types, FRP confinement stiffness, and strain rate on the impact resistance of FCHC are carefully studied. The experimental results show that the strain rate effect is evident for FRP-confined high-strength concrete and the existence of the FRP greatly improves the dynamic compressive strength of high-strength concrete. An existing strength model is modified for impact strength of FCHC and the predicted results are compared with the test results. The results and discussions show that the proposed model is accurate and superior to the existing models. Appl. Sci. 2019, 9, 2830 2 of 25 and the ultimate strain, the effect of partial confinement, the effect of the concrete strength grade, the effect of the concrete aggregate, the type of FRP, and the amount of the confinement ratio on the reinforcement effectiveness (e.g., [8] [9] [10] [11] [12] [13] [14] [15] [16] [17] [18] [19] [20] [21] [22] ). However, there are few studies on the impact resistance of FCC [30] [31] [32] , which, in particular, focused on normal strength concrete (i.e., with a strength of less than 50 MPa, abbreviated as 'NSC' for ease of reference in the remainder of the text). If FCC is used in special construction (e.g., military structures, protective structures, bridges, wharfs, offshore platforms, and chemical plants) without considering dynamic actions, such as impacts and explosions, serious consequences may occur. Note that the vehicle impact and hard impact loading are generally in a strain rate (i.e., the differential of the strain with respect to time) range of 10 −3 to 10 2 [32] .
Introduction
Reinforced concrete (RC) structures are the most commonly used structural systems. With the increase in their service lives, a large number of existing structures urgently need to be repaired due to structural deterioration associated with the corrosion of the internal steel reinforcement and defects in the concrete. Fiber-reinforced polymer (FRP) is widely used in structural reinforcement because of its light weight, high strength, corrosion resistance capability, and high elasticity [1] [2] [3] [4] [5] [6] [7] [8] [9] . The in-site wet lay-up process is often used in practice to strengthen the RC columns due to its simplicity and rapidity with respect to construction. The previous investigations prove that FRP constrains the lateral deformation of concrete, which results in three-dimensional compressive stresses in the core concrete and, subsequently, enhanced strength and ductility of FRP-confined concrete (FCC) are achieved [10] [11] [12] [13] [14] [15] [16] [17] [18] [19] [20] [21] . FRP has also been adopted for the seismic strengthening of RC structures [22, 23] . In association with FCC, a number of new forms of hybrid columns have also been recently developed for structures with various functions [24] [25] [26] [27] [28] [29] . The responses of FCC under various types of loadings are the foundation for the behavior of the hybrid columns associated with FCC.
Over the past two decades, most scholars have been devoted to understanding the quasi-static compression behavior of FCC, such as the constitutive model, the derivation of the ultimate stress 
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Instrumentations
Two linear variable displacement transducers (LVDTs) with gauge lengths of 80 mm were installed in the middle height region for the specimens under the quasi-static compression test to measure the axial deformations. The other two LVDTs were installed to record the full-height axial deformation. All LVDTs measuring with the same deformations were installed 180° apart. For the FCHC specimens under quasi-static compression, two strain gauges (SGs) were applied at the mid- 
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Instrumentations
Two linear variable displacement transducers (LVDTs) with gauge lengths of 80 mm were installed in the middle height region for the specimens under the quasi-static compression test to measure the axial deformations. The other two LVDTs were installed to record the full-height axial deformation.
All LVDTs measuring with the same deformations were installed 180 • apart. For the FCHC specimens under quasi-static compression, two strain gauges (SGs) were applied at the mid-height of all specimens to measure the axial strains. Four strain gauges (at mid-height) were installed at the FCHC specimens to measure the hoop strains in the FRP. Two strain gauges 180 • apart were fitted in the middle of the unconfined specimens to measure the circumferential strains. For the FCHC specimens under dynamic compression, the stresses and strains were based on the stress wave theory, as illustrated in the following section.
Test Procedure
All quasi-static tests were accomplished by a compression loading machine (Matest, Treviolo, Italy) at the Guangdong University of Technology and the data were recorded using a TDS-530 (TML, Tokyo, Japan) acquisition instrument. All specimens tested under quasi-static compression were leveled with high-strength gypsum at both ends and were preloaded before the loading test to check the physical centering. The quasi-static compression loading rate of the unconfined specimens was 0.18 mm/min and that of the confined ones was 0.50 mm/min.
Generally, an impact test can be divided into two types of impact loading modes according to the impact velocity, as follows: Low-speed hammer impact and high-speed projectile impact. There are two reasons for using an SHPB device in this test. First, the stresses and strains in the concrete can be measured by the elastic compression bars, which is more accurate than the direct measurements using dynamic SGs and LVDTs. Second, the SHPB device covers a wider strain rate range (10 1~1 0 4 s −1 ) than the hammer impact device. Note that only the launch pressure of the bullet could be controlled during the impact tests. A unified launch pressure was adopted for each set of specimens, aiming to obtain an identical strain rate in the specimens. However, the actual strain rates in the specimens were based on the strains recorded from the pressure bars using the stress wave theory and were not strictly identical, even though the launch pressures were identical. This is probably due to the friction between the bullet and the barrel.
The lengths of the incident bar, transmission bar, and buffer bar of the adopted SHPB device were 5500, 3500, and 1000 mm, respectively. The bar was made from 60Si2Mn, whose modulus of elasticity, Poisson's ratio, mass density, shear modulus, and yield strength were 2.06 × 10 11 N/m 2 , 0.29, 7.74 × 10 3 kg/m 3 , 7.99 × 10 10 N/m 2 , and 1.18 × 10 9 N/m 2 , respectively. The SHPB experimental technique is based on (1) a one-dimensional stress wave. The transmission of the stress wave and the deformation of the compression bar are only along the longitudinal axis. The premise of this hypothesis is that the compression bar is an elastic material and its diameter is much smaller than the wavelength of the stress wave. (2) The stresses and strains of the short specimen were distributed uniformly along its length direction. Four measurements were adopted to reduce the experimental error in the present study, as follows: (1) The roughness of the contact surface of the specimens was limited to 0.02 mm using an MY259 grinder [37] , (2) the contact friction was reduced by applying Vaseline gel at both ends of each specimen and the adjacent rods to decrease the stress wave that developed in the lateral direction in the specimens, (3) the reflection wave without specimen loading was minimized by continuous debugging before the test, with the typical waveform shown in Figure 2 , and (4) a small specimen length-diameter ratio and soft material gaskets installed at both ends of the specimens were adopted to minimize the effect of the nonuniformity of concrete on reducing the wave velocity.
Given the above assumptions, the axial strains of the specimens can be deduced [43] . The steps are as follows: The average stress, σ s (t), average strain rate, · ε s (t), and average strain, ε s (t), of the specimens are calculated using Equation (1) as follows:
Appl. Sci. 2019, 9, 2830 6 of 25 where A s is the end area of the specimen; L s is the thickness of the specimen; F 1 (t) and V 1 (t) are the pressure and velocity at the input terminal of the specimen, respectively; and F 2 (t) and V 2 (t) are the pressure and velocity at the output terminal of the specimen. Given the above assumptions, the axial strains of the specimens can be deduced [43] . The steps are as follows: The average stress, ( ), average strain rate, · ( ), and average strain, ( ), of the specimens are calculated using Equation (1) as follows:
where is the end area of the specimen;
is the thickness of the specimen; ( ) and ( ) are the pressure and velocity at the input terminal of the specimen, respectively; and ( ) and ( ) are the pressure and velocity at the output terminal of the specimen. According to one-dimensional elastic wave theory, the pressure and velocity of the incident rod and the transmission rod can be deduced from the following Equations (2) and (3), respectively:
where is the elastic modulus of the rod; A is the area of the terminal of the rod; is the wave velocity in the rod; ( ) is the measured incident wave signal; ( ) is the measured reflected wave signal; and ( ) is the measured transmitted wave signal.
Substituting Equations (2) and (3) into Equation (1), Equation (4) was obtained as follows:
Equation (4) is the formula of the three-wave method in SHPB. If the assumption of stress uniformity is used, ( ( ) = ( )), Equation (5) can be derived according to the one-dimensional stress wave theory as follows:
Substituting Equation (5) into Equation (4), the formula of the two-wave method is obtained as follows (Equation (6)): According to one-dimensional elastic wave theory, the pressure and velocity of the incident rod and the transmission rod can be deduced from the following Equations (2) and (3), respectively:
where E is the elastic modulus of the rod; A is the area of the terminal of the rod; C 0 is the wave velocity in the rod; ε i (t) is the measured incident wave signal; ε r (t) is the measured reflected wave signal; and ε t (t) is the measured transmitted wave signal. Substituting Equations (2) and (3) into Equation (1), Equation (4) was obtained as follows:
Equation (4) is the formula of the three-wave method in SHPB. If the assumption of stress uniformity is used, (F 1 (t) = F 2 (t)), Equation (5) can be derived according to the one-dimensional stress wave theory as follows:
Substituting Equation (5) into Equation (4), the formula of the two-wave method is obtained as follows (Equation (6)):
From Equation (6), it can be seen that if the transmissive wave strain, elastic modulus, diameter, and specimen diameter are known, the axial stress of the specimen can be obtained. The instantaneous axial strain rate of the specimens can be deduced according to the strain value, the velocity of the reflected wave, and the thickness of the specimens. Finally, the axial strain of the specimen can be obtained by integrating the instantaneous axial strain rate with time.
Test Results and Discussions
Quasi-Static Compression Tests
For unconfined specimens, the failure was caused by concrete longitudinal cracks. The axial stress-strain curves are shown in Figure 3a . For the FCHC specimens, although the number of FRP layers and the types of FRP jackets were different, the failure patterns (mid-height FRP rupture failure) of the all the FCHC specimens were similar (Figure 3b-d ). The FRP strain development and the column fracture phenomena are described as follows below: The lateral deformations of concrete were very small before the load reached the peak load of the unconfined specimens, indicating that the confinement provided by the FRP jacket was very small at this stage. The FRP hoop strains then increased rapidly until the FRP jacket experienced fracture failure. Due to the existence of confinement from the strips applied at the end regions, the FRP fracture generally occurred at or near the mid-height of the specimens, as seen in Figure 3b 
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For unconfined specimens, the failure was caused by concrete longitudinal cracks. The axial stress-strain curves are shown in Figure 3a . For the FCHC specimens, although the number of FRP layers and the types of FRP jackets were different, the failure patterns (mid-height FRP rupture failure) of the all the FCHC specimens were similar (Figure 3b-d ). The FRP strain development and the column fracture phenomena are described as follows below: The lateral deformations of concrete were very small before the load reached the peak load of the unconfined specimens, indicating that the confinement provided by the FRP jacket was very small at this stage. The FRP hoop strains then increased rapidly until the FRP jacket experienced fracture failure. Due to the existence of confinement from the strips applied at the end regions, the FRP fracture generally occurred at or near the mid-height of the specimens, as seen in Figure 3b -3d. Figure 4 shows the stress-strain curves of all the unconfined high-strength concrete specimens under quasi-static compression, with these curves terminating at the point when the concrete crushing failure occurred. The stress-strain curves of the FCHC specimens under quasi-static compression are reported in Figures 5-7 . For the FCHC specimens, the stress-strain curves terminate at the point related to the FRP rupture. The three curves of the three nominal identical specimens in each group are generally close to one another, except that of Specimen S-60-B2-3 and S-60-A1-1. The Figure 4 shows the stress-strain curves of all the unconfined high-strength concrete specimens under quasi-static compression, with these curves terminating at the point when the concrete crushing failure occurred. The stress-strain curves of the FCHC specimens under quasi-static compression are reported in Figures 5-7 . For the FCHC specimens, the stress-strain curves terminate at the point related to the FRP rupture. The three curves of the three nominal identical specimens in each group are generally close to one another, except that of Specimen S-60-B2-3 and S-60-A1-1. The above discrepancy was probably caused by the inherent scatter of the concrete strength, which is due to the inhomogeneity of the concrete made in the laboratory, although all these specimens were cast with the same batch of concrete. The agreement in the stress-strain curves between the three nominally identical specimens indicates the good repeatability of the tests and the high reliability of the test results. As seen from Figures 5-7 , compared with the unconfined high-strength concrete specimens, the AFRP, BFRP, and CFRP wraps increased the strength and ultimate axial strain of the specimens and the strength and ultimate axial strain increased with the FRP thickness (i.e., confinement stiffness) for all the FCHC, concurring well with the knowledge documented in the literature [55, 56] . With the confinement provided by the different types of FRPs but with the same value of the FRP layer, the strength of the CFRP-confined concrete is the largest, while that of the BFRP-confined concrete is the smallest. This is due to the strength difference among the three types of FRP. Note that for specimens wrapped with a three-layer CFRP jacket, only results of two specimens out of the three specimens were presented due to the unexpected stop of the loading machine during the test on the other specimen.
nominally identical specimens indicates the good repeatability of the tests and the high reliability of the test results. As seen from Figures 5-7, compared with the unconfined high-strength concrete specimens, the AFRP, BFRP, and CFRP wraps increased the strength and ultimate axial strain of the specimens and the strength and ultimate axial strain increased with the FRP thickness (i.e., confinement stiffness) for all the FCHC, concurring well with the knowledge documented in the literature [55, 56] . With the confinement provided by the different types of FRPs but with the same value of the FRP layer, the strength of the CFRP-confined concrete is the largest, while that of the BFRP-confined concrete is the smallest. This is due to the strength difference among the three types of FRP. Note that for specimens wrapped with a three-layer CFRP jacket, only results of two specimens out of the three specimens were presented due to the unexpected stop of the loading machine during the test on the other specimen. Axial strain specimens, the AFRP, BFRP, and CFRP wraps increased the strength and ultimate axial strain of the specimens and the strength and ultimate axial strain increased with the FRP thickness (i.e., confinement stiffness) for all the FCHC, concurring well with the knowledge documented in the literature [55, 56] . With the confinement provided by the different types of FRPs but with the same value of the FRP layer, the strength of the CFRP-confined concrete is the largest, while that of the BFRP-confined concrete is the smallest. This is due to the strength difference among the three types of FRP. Note that for specimens wrapped with a three-layer CFRP jacket, only results of two specimens out of the three specimens were presented due to the unexpected stop of the loading machine during the test on the other specimen. Axial strain Axial strain Axial strain Axial stain The key test results of the FCHC specimens under quasi-static compression are given in Table 3 . Obviously, the compressive strength and ultimate axial strain increase with the FRP thickness. It is interesting to note that the hoop strain efficiency ratio (i.e., the value of the FRP hoop rupture strain, ℎ, , over the FRP tensile strain, ) is the smallest for the specimen with the thinnest FRP jacket and the hoop strain efficiency ratios of the BFRP-confined concrete specimens are much less than one, which is substantially different from those of the AFRP and CFRP-confined concrete specimens. This is probably because the BFRP jacket was more susceptible to the local failure of the high-strength concrete. The key test results of the FCHC specimens under quasi-static compression are given in Table 3 . Obviously, the compressive strength and ultimate axial strain increase with the FRP thickness. It is interesting to note that the hoop strain efficiency ratio (i.e., the value of the FRP hoop rupture strain, ε h,rup , over the FRP tensile strain, ε f ) is the smallest for the specimen with the thinnest FRP jacket and the hoop strain efficiency ratios of the BFRP-confined concrete specimens are much less than one, which is substantially different from those of the AFRP and CFRP-confined concrete specimens. This is probably because the BFRP jacket was more susceptible to the local failure of the high-strength concrete. Figure 8 provides the failure patterns of the FCHC specimens under dynamic compression. Only failure modes of specimens with one-layer and three-layer FRP jackets are presented in Figure 8 to limit the space of the paper. From Figure 8a , it can be seen that with an increase in the strain rate, the failure mode of the unconfined high-strength concrete experienced cracking, crushing, and smashing failures, which showed that concrete is a strain rate-sensitive material. The effect of the FRP type on the failure pattern is negligible, namely, the failure modes of all FCHC specimens with different FRPs are similar. In fact, the failure mode is related to the strain rate (see Figure 8b -j). The FCHC specimens with smaller impact loading energies (i.e., smaller strain rates) experienced dispersed microcracking failure and the FRP jacket was intact. With an increase in the impact loading energy, the core concrete experienced crushing failure, while the FRP jacket experienced fracture failure. The failure patterns of the specimens under impact loadings are summarized in Table 4 . For a given impact energy (e.g., the impact pressure is 0.6 MPa), the crack propagations of FCHC with the same layer of FRP (AFRP, BFRP, and CFRP) are slightly different. The surface cracks of the AFRP-confined concrete were distributed on the entire surface of the specimens, while relatively less cracks were found in the BFRP and CFRP-confined concrete specimens. The cracks in the latter specimens were mainly concentrated at the edge of the specimens, as seen in Figure 8b -j. This phenomenon implies that the AFRP-confined concrete specimens have a better impact resistance compared to the CFRP and BFRP-confined concrete, provided that the impact strain rate and number of FRP layers are identical. Figure 9 compares the dynamic stress-strain curves of BFRP, AFRP, and CFRP-confined and unconfined high-strength concrete specimens under dynamic compression with different impact energies. Note that all the dynamic stress-strain curves (see Figure 9 ) terminate at the descending portion (at around 80% of the peak stress). The dynamic stress-strain curves of the specimens shown in Figure 9 lead to the following characteristics: (1) The initial straight-line segment of the FCHC specimens is longer than that of the unconfined high-strength concrete specimens, indicating that the deformation resistance of the high-strength concrete is enhanced by the confinement; (2) the effect of the strain rate on the elastic modulus of the FCHC with the same FRP jackets is negligible; (3) the dynamic stress-strain response fluctuates beyond the first linear segment. With an increase in the strain rate, the fluctuated second portion becomes longer and the dynamic peak stress and the Figure 9 compares the dynamic stress-strain curves of BFRP, AFRP, and CFRP-confined and unconfined high-strength concrete specimens under dynamic compression with different impact energies. Note that all the dynamic stress-strain curves (see Figure 9 ) terminate at the descending portion (at around 80% of the peak stress). The dynamic stress-strain curves of the specimens shown in Figure 9 lead to the following characteristics: (1) The initial straight-line segment of the FCHC specimens is longer than that of the unconfined high-strength concrete specimens, indicating that the deformation resistance of the high-strength concrete is enhanced by the confinement; (2) the effect of the strain rate on the elastic modulus of the FCHC with the same FRP jackets is negligible; (3) the dynamic stress-strain response fluctuates beyond the first linear segment. With an increase in the strain rate, the fluctuated second portion becomes longer and the dynamic peak stress and the ultimate axial strain also increase. At a given number of FRP layers, the ultimate axial strain and dynamic peak stress of the CFRP-confined high-strength concrete are the largest and those of the BFRP-confined high-strength concrete are the weakest (Table 4 and Figure 9 ) and (4) the stress-strain curve of the FCHC specimens finally decreases sharply due to the sudden loss of the confinement, which is similar to the behavior of CFRP-confined concrete under quasi-static compression. Figure 9 compares the dynamic stress-strain curves of BFRP, AFRP, and CFRP-confined and unconfined high-strength concrete specimens under dynamic compression with different impact energies. Note that all the dynamic stress-strain curves (see Figure 9 ) terminate at the descending portion (at around 80% of the peak stress). The dynamic stress-strain curves of the specimens shown in Figure 9 lead to the following characteristics: (1) The initial straight-line segment of the FCHC specimens is longer than that of the unconfined high-strength concrete specimens, indicating that the deformation resistance of the high-strength concrete is enhanced by the confinement; (2) the effect of the strain rate on the elastic modulus of the FCHC with the same FRP jackets is negligible; (3) the dynamic stress-strain response fluctuates beyond the first linear segment. With an increase in the strain rate, the fluctuated second portion becomes longer and the dynamic peak stress and the ultimate axial strain also increase. At a given number of FRP layers, the ultimate axial strain and dynamic peak stress of the CFRP-confined high-strength concrete are the largest and those of the BFRP-confined high-strength concrete are the weakest (Table 4 and Figure 9 ) and (4) the stress-strain curve of the FCHC specimens finally decreases sharply due to the sudden loss of the confinement, which is similar to the behavior of CFRP-confined concrete under quasi-static compression. 
Dynamic Stress-Strain Responses
Dynamic Increase Factor and Energy Absorption
The strain rate versus the dynamic peak stress relationships of the FCHC specimens are given in Figure 10 . Note that in Figures 10-12 , each curve is given a label in the form of D-XN in which 'D' refers to 'dynamic', 'X' is an alphabet representing the type of FRP jacket ('A' for 'AFRP', 'B' for 'BFRP', and 'C' for 'CFRP'), and 'N' is a number indicating the number of FRP layer. It can be determined from Figure 10 that the dynamic compressive strength of FCHC is obviously higher than its static compressive strength and the dynamic peak stress of FCHC increases with an increase in the strain rate and the thickness. This demonstrates that the existence of FRP confinement can greatly increase the dynamic peak stress of high-strength concrete. With the same FRP layer number, the dynamic peak stress of the CFRP-confined concrete is the largest, while that of the BFRP-confined concrete is the smallest. This is similar to the conclusion drawn from the quasi-static compression tests on FCHC.
in Figure 10 . Note that in Figures 10-12 , each curve is given a label in the form of D-XN in which 'D' refers to 'dynamic', 'X' is an alphabet representing the type of FRP jacket ('A' for 'AFRP', 'B' for 'BFRP', and 'C' for 'CFRP'), and 'N' is a number indicating the number of FRP layer. It can be determined from Figure 10 that the dynamic compressive strength of FCHC is obviously higher than its static compressive strength and the dynamic peak stress of FCHC increases with an increase in the strain rate and the thickness. This demonstrates that the existence of FRP confinement can greatly increase the dynamic peak stress of high-strength concrete. With the same FRP layer number, the dynamic peak stress of the CFRP-confined concrete is the largest, while that of the BFRP-confined concrete is the smallest. This is similar to the conclusion drawn from the quasi-static compression tests on FCHC. The dynamic increase factor (DIF) is defined as the ratio between the dynamic compressive strength and the quasi-static compressive strength of concrete, which is used to describe the strength enhancement of the concrete material with respect to the strain rate. As seen from Figure 11 , the DIF increases with an increase in the strain rate. This finding is slightly different from the conclusion found by Xiong et al. [32] , in which the strength of CFRP confined concrete is found not significantly likely due to the larger FRP hoop strain efficiency for the AFRP, as seen in Table 3 . For FCHC with the same type of FRP jacket, the DIF of the three-layer FRP-confined specimen is the smallest, and the DIF is the largest for the one-layer FRP-confined specimen. This is due to the confinement lag effect in the confined concrete under dynamic loadings. Namely, the dynamic compression leads to failure of the concrete while the failure is not necessarily developed in the FRP timely. Therefore, the DIF is not proportional to the number of FRP layers. 
Dynamic increase factor
Logarithm of strain rate The absorbed energy, , is often defined as the area surrounded by the stress-strain curve of the material. The following equation can be used: 
Dynamic Compressive Strength Model of FCC
General
There are many existing theoretical models for predicting the quasi-static compressive behavior of FCC [55] [56] [57] [58] [59] , but only Yang et al. [31] and Pham and Hao [52] proposed the stress-strain model of FCC under dynamic compression. Xiong et al. [32] studied the dynamic compressive mechanical The dynamic increase factor (DIF) is defined as the ratio between the dynamic compressive strength and the quasi-static compressive strength of concrete, which is used to describe the strength enhancement of the concrete material with respect to the strain rate. As seen from Figure 11 , the DIF increases with an increase in the strain rate. This finding is slightly different from the conclusion found by Xiong et al. [32] , in which the strength of CFRP confined concrete is found not significantly sensitive to strain rate. This is probably due to the effect of the specimen size. Given a specimen with a same number of FRP layers, the DIF of the AFRP-confined high-strength concrete is the largest, indicating that AFRP-confined high-strength concrete has a favorable impact resistance. This is most likely due to the larger FRP hoop strain efficiency for the AFRP, as seen in Table 3 . For FCHC with the same type of FRP jacket, the DIF of the three-layer FRP-confined specimen is the smallest, and the DIF is the largest for the one-layer FRP-confined specimen. This is due to the confinement lag effect in the confined concrete under dynamic loadings. Namely, the dynamic compression leads to failure of the concrete while the failure is not necessarily developed in the FRP timely. Therefore, the DIF is not proportional to the number of FRP layers.
The absorbed energy, W, is often defined as the area surrounded by the stress-strain curve of the material. The following equation can be used:
where σ is axial dynamic stresses and ε is axial dynamic strains. Figure 12 shows the energy absorption versus the strain rate relationships for confined concrete with different FRP types and thicknesses. From Figure 12 , it can be seen that the energy absorption increases with an increase in the strain rate, provided that the other parameters (i.e., FRP type and thickness) are identical. Compared with the BFRP and CFRP-confined high-strength concrete, the AFRP-confined high-strength concrete has a better energy absorption capacity. With an increase in the FRP layer number, the energy absorbed by the specimens generally increases, indicating that the FRP confinement can significantly improve the energy absorption capacity of concrete.
Dynamic Compressive Strength Model of FCC
General
There are many existing theoretical models for predicting the quasi-static compressive behavior of FCC [55] [56] [57] [58] [59] , but only Yang et al. [31] and Pham and Hao [52] proposed the stress-strain model of FCC under dynamic compression. Xiong et al. [32] studied the dynamic compressive mechanical properties of CFRP-confined concrete under a high strain rate, but did not propose a dynamic compressive strength model for FCC. A mature dynamic compressive stress-strain model for FCC needs to include a number of parameters, such as the FRP thickness, FRP type, strain rate, dynamic compressive strength of unconfined concrete, and the specimen diameter. The model proposed by Yang et al. [31] is incapable of accounting for the FRP type and the high-strength concrete, but the high strength is more attractive for utilization in structures that are more likely to be attacked by high strain rate loadings. The model proposed by Pham and Hao [52] cannot predict the performance of FRP-confined high-strength concrete. In addition, the model [52] adopts separate equations for FCC with different FRP types. In the following section, a new model considering the effects of the FRP types, concrete strength, and confining stiffness is proposed for FCHC based on the following three steps: (1) A versatile dynamic compressive strength model for unconfined concrete; (2) a reasonable expression considering the effects of FRP-confinement; and (3) determination of the constant in the equation via regression analysis. Figure 13 shows the relationship between the FRP actual confining stress and the dynamic compressive strength of FCHC. It can be seen from Figure 13 that the dynamic compressive strength is influenced by the actual FRP confining stress and the dynamic compressive strength of FCHC is proportional to the actual confining stress. The actual axial capacity contribution of the FRP can be estimated by subtracting the axial dynamic capacity of the unconfined concrete from the corresponding axial dynamic capacity of FCHC. The dynamic compressive strength of FCHC can be estimated by the following formula:
Dynamic Compressive Strength Model for FCHC
estimated by subtracting the axial dynamic capacity of the unconfined concrete from the corresponding axial dynamic capacity of FCHC. The dynamic compressive strength of FCHC can be estimated by the following formula:
Among them, , and , are FCC's dynamic compressive strength and unconfined concrete dynamic compressive strength, respectively; is the constraint validity coefficient formulated by experimental data; and is the nominal maximum confining stress provided by the FRP. The relationship between the strain rate and the DIF of NSC, which can be used for design and analysis, is given by the International Federation for Structural Concrete (fib) [60] . However, the inevitable structural effects, such as the transverse inertia effect and the end friction restraint effect, will occur in the high-speed impact test of concrete materials. Hao and Hao [61] used the numerical simulation method to remove the influence of transverse inertia and the end friction constraint from the relationship of CEB and obtained an exact equation for the DIF of concrete as follows: Figure 13 . Relationship between the FRP confining stress and the dynamic compressive strength of FCHC.
Among them, f cc,d and f co,d are FCC's dynamic compressive strength and unconfined concrete dynamic compressive strength, respectively; k is the constraint validity coefficient formulated by experimental data; and f l is the nominal maximum confining stress provided by the FRP.
The relationship between the strain rate and the DIF of NSC, which can be used for design and analysis, is given by the International Federation for Structural Concrete (fib) [60] . However, the inevitable structural effects, such as the transverse inertia effect and the end friction restraint effect, will occur in the high-speed impact test of concrete materials. Hao and Hao [61] used the numerical simulation method to remove the influence of transverse inertia and the end friction constraint from the relationship of CEB and obtained an exact equation for the DIF of concrete as follows: Figure 14 . Experimental and predicted values of dynamic compressive strength of FCHC. Figure 14 . Experimental and predicted values of dynamic compressive strength of FCHC.
Conclusions
An experimental study on the effect of the strain rate on the axial compressive behavior FCHC in circular cylinders was conducted and the results are presented and discussed in the current paper. Additionally, a new design-oriented dynamic compressive strength model for FCHC was proposed based on the test database (including the test results from the present study and the available literature). Based on the test results and the comparisons presented above, the following conclusions can be drawn:
(1) The compressive strength and the corresponding strain increase with an increase in the strain rate for both FRP-confined and unconfined high-strength concrete. (2) The increase in the FRP confinement ratio leads to an increase in the dynamic increase factor of FCHC, regardless of the type of FRP jacket. The efficiency of the FRP is not proportional to the FRP confinement ratio. For FCHC with the same type of FRP jacket, the DIF of the three-layer FRP-confined specimen is the smallest and the dynamic increment factor is the largest for the one-layer FRP-confined specimen. This is due to the confinement lag effect in the confined concrete under dynamic loadings. Namely, dynamic compression leads to failure of the concrete, but the failure is not necessarily developed timely in the FRP jacket. (3) Given the same FRP confinement condition, the DIF of the AFRP-confined high-strength concrete is the largest, indicating that AFRP-confined high-strength concrete has a favorable impact resistance. This is due to the larger FRP hoop strain efficiency for the AFRP. (4) The energy absorption of confined concrete increases with an increase in the strain rate. (5) The proposed modified design-oriented strength model can provide close predictions to the dynamic compressive strength of FCHC and is more accurate than the existing dynamic strength models for FCHC.
